Effect of bar cross-section and female housing material on retention of mandibular implant bar overdentures: A comparative in vitro study

Elsayed A. Abdel-Khalek, Abdullah M. Ibrahim
Department of Removable Prosthodontic, Faculty of Dentistry, Mansoura University, Mansoura, Dakahlia, Egypt

Abstract

Aim: The aim of this study is to evaluate the effect of different cross-sections of bar connecting two implants on the retention of mandibular overdentures with Hader clip or lined with heat-cured resilient liner as a housing material. The retentive values after simulated 1.5 years of service were also recorded.

Materials and Methods: Edentulous mandibular acrylic model was constructed with two dummy implants located in the canine region and connected with cast bar assembly. According to bar cross-section and anchoring method, four groups (n = 10) of identical overdentures were used as Hader bar/clip group (HCG), Hader bar/silicone liner female housing group (HSG), oval bar/silicone liner female housing group (OSG), and round bar/silicone liner female housing group (RSG). Each overdenture sample was subjected to simulated wear up to 2740 manual insertions/separations. The mean retentive forces were measured at the baseline and after every 500 insertions. The data were statistically analyzed using one-way analysis of variance.

Results: The present study demonstrated that all bar cross-sections showed a significant difference at the baseline (P < 0.05), but HSG showed greater initial retention compared to HCG, OSG, and RSG. OSG showed a significant higher retention after 2740 insertions (simulated five insertions/day).

Conclusions: Within the limitation of this in vitro study and for a similar period of service, heat-cured silicone female housing for Hader bar could maintain greater retention for two-implant-retained overdentures than provided by conventional plastic clip after 1.5 year. The oval bar recorded reasonable initial retention values and maintained these values for 1.5 years of service.

Keywords: Bar cross-section, female housing material, implant overdentures, mandibular denture retention

INTRODUCTION

Stabilization of the lower denture with two interforaminal implants is regarded as a first-choice standard of care for edentulous patients; with a reliable treatment and predictable outcomes. The patient’s satisfaction depends on the ability to adequately place and remove the prosthesis. The degree of retention is determined by the overdenture design, neither the number of implants nor the type of attachment.
Studs and bars are the anchorage systems that are commonly used in mandibular two-implant-retained overdentures (2-IODs).\[5\]–\[9\] Splinting of the implants with a metal bar provides some biomechanical advantages.\[2\],\[10\] This overdenture design has demonstrated superior retentive capacities with favorable stability over stud systems.\[4\],\[5\] However, widespread acceptance of the bar has greatly influenced by its geometry and the number of implants employed.\[11\],\[12\]

Various cross-sections for bars (round, ovoid-shaped, and keyhole) are available.\[12\]–\[14\] From the biomechanical point of view, round bars allow more rotational movements; with reported fewer fractures and complications, however, the round cross-sectional area allows for higher deformation of the bar.\[15\] Hader bar has a keyhole cross-section that offers better stiffness due to its rectangular inferior stiffener.\[14\],\[16\] When the pear-shaped or oval cross-section bar has been engaged by its specific rider of an attached retention mesh, this type is well known as resilient Dolder bar.\[12\],\[15\]

In most of bar joint systems, the metal alloy bar is engaged by plastic or metal clips inserted in the denture base.\[5\],\[10\],\[17\] Activation, loosening, and fractures of the clip are the most common complications in the bar attachment that cause a decrease in retention force overtime.\[5\],\[17\]–\[20\] Moreover, loss of overdenture retentive capacity adversely affects its function, maintenance, and patient satisfaction.\[19\],\[20\]

Application of about 2–3 mm thick resilient denture liner as a method of retention for implant-retained overdentures was advocated.\[12\],\[21\] Silicone female housings are wear resistant, improve the peri-implant tissue, distribute masticatory forces to the supporting area, and provide greater rotational movement with comfort to the patient.\[12\],\[22\]

Loss of resilience is one of the clinical problems that have been encountered with the use of resilient liners in prosthodontics. In this sense, Rodrigues et al.\[24\] recommended frequent clinical evaluation and periodic replacement at short intervals, which is time-consuming and costly for both the dentist and patient. However, silicone resilient lining materials retain their resilience throughout their working life because of the absence of plasticizers.\[24\]

Elsyad\[25\] in his 3-year study stated that resilient liner-retained mandibular overdentures had less prosthetic maintenance, costs, and less soft tissue complications with comparable patient satisfaction when compared to clip-retained ones.

Shaygan et al.\[26\] in vitro evaluated the retention and longevity of resilient denture liners with 3 implant retentive ball designs as methods of 2-IOD retention. They found that the amount of retention with resilient denture liners is dependent on size and undercut of the ball system.

In a similar study conducted on four implants, Esfahani et al.\[27\] compared the retention of mandibular implant-assisted overdenture using resilient liner against Hader clips. Even when the retention diminished after multiple insertions, the authors reported that the resilient liners were still greater than the plastic clips.\[27\]

Few studies were conducted to evaluate the retention of heat-cured silicone-based resilient denture liner as a female housing for implant-retained mandibular overdentures.\[36\]–\[38\] However, most studies have been conducted on four-implant bar-retained overdentures.\[27\],\[28\] Moreover, selection of bar cross-section should be considered in designing 2-IODs, to avoid frequent loss of retention overtime.\[36\]–\[39\],\[41\]

Reviewing the literature, there was a lack of studies verifying the influence of bar cross-section as a determinant factor on retentive capacity of two-implant resilient liner-retained mandibular overdentures. Therefore, the purpose of this in vitro study was to evaluate and compare the retentive forces of Molloplast-B resilient liner as a female housing against three cross-sections of bar frameworks retaining mandibular 2-IODs by measuring the retentive forces at baseline and after 18 months of simulated wear postinsertion of the prostheses.

MATERIALS AND METHODS

An educational mandibular edentulous model (Nissin Dental Products, Japan) was duplicated in heat-cured acrylic resin (Lucitone 199, Dentsply, USA) after eliminating all ridge undercuts. The alveolar residual ridge was covered by a uniform 2-mm thick layer of autopolymerized silicone resilient liner (Softliner, Promedica, Neumunster, Germany) to simulate resilient edentulous ridge mucosa. Two root-form dummy implants, 3.4 mm in diameter and 8.0 mm in length (Dentium implant system, Seoul, Korea), were placed bilaterally in the canine regions with parallel positions. The interimplant distance was 22 mm according to Sinclair and Little.\[29\]

A single mandibular test model was used to simulate the mandible. The two implants were connected alternatively through a bar pattern with a cross-section of oval, round, or Hader bar (keyhole) [Figure 1a]. The exact material specifications are outlined in Table 1.
When the plastic abutments were screwed tightly onto the implants, the desired length of the selected plastic bar pattern was cut and connected to the abutments using pattern resin (GC Pattern Resin, GC Corporation, Japan). A 2 mm of clearance space was maintained between the bar and ridge. After the bar assemblies had been invested, cast in chromium-cobalt alloy, and polished, they were fitted and screwed on the implants alternatively.

A standard record block was constructed on a stone cast that duplicated from the acrylic model; a complete mandibular denture wax-up with artificial acrylic resin teeth was constructed and then a silicone mold was fabricated. A total of forty waxed dentures were constructed on their corresponding stone casts using negative silicone molds, and molten wax pouring method according to Teraoka et al.\[30\]. Each bar with a specific cross-section was screwed tightly on the test model alternatively [Figure 1b]; then, the space under the inferior margin of the bar was blocked out with wax and then duplicated into ten identical stone casts. Regarding to Hader bar/clip system group; Hader clip was located midway between the bar abutments and recorded in the silicone mold to obtain stone models with bar/clip-positive replica.

Thirty identical waxed dentures were flanked and the wax was eliminated. A 2-mm tinfoil spacer of uniform thickness was burnished over the bar region on the stone cast. Trial packing the heat-cured acrylic resin (Lucitone 199, Dentsply, USA) was performed over the tinfoil spacer and then was kept aside for 60 min. Tinfoil spacer was removed before packing the heat-cured silicone-based resilient denture liner material (Molloplast-B, Detax, Germany) against the heat-cured acrylic resin denture base according to Kiat-amnuay et al.\[28\]. Molloplast-B liner and acrylic resin denture base were heat cured according to the manufacturer’s instructions, maintaining the boiled water for 2 hours [Figure 2a]. After processing, the denture base was tried in to ensure that there was no interference between the bars and their corresponding denture bases. Similarly, another ten waxed dentures were processed but against stone models with bar/clip-positive replica. After denture processing, the plastic clips were picked up directly on the acrylic model using autopolymerized acrylic resin (Lucitone 199, Dentsply, USA) [Figure 2b]. All overdenture samples were stored in water for 2 weeks before retention testing and along the study time according to Williams et al.\[2\].

According to the bar cross-section and anchoring method, four groups (n = 10) of identical overdentures were produced as follows: overdentures with clip attaching Hader bar (Hader bar/clip group [HCG]), overdentures with silicone liner female housing around Hader bar (Hader bar/silicone liner female housing group [HSG]), overdentures with silicone liner female housing around oval bar (oval bar/silicone liner female housing group [OSG]), and overdentures with silicone liner female housing around round bar (round bar/silicone liner female housing group [RSG]).

Retentive values were measured according to El Samahi\[31\] as follows: a 3 mm thickness T-shaped cold-curing
clear acrylic plate (Lucitone 199, Dentsply, USA) was secured on the occlusal surfaces of the artificial teeth at the incisal and first molar regions using epoxy cement (Super Glue, China). A hook was centered and attached to the T-shaped plate.

Each overdenture sample was secured onto the test model and subjected to 2740 times of manual insertion/separation movements, simulating 18 months of service which corresponded to a five-daily overdenture removal for oral hygiene. The model was stabilized on the base of the surveyor so that the average vertical dislodging force required to separate each denture from the test model could be determined after ten times at baseline and subsequently after every 500 reaching to 2740 times of manual insertion/separation movements. Overdenture was fully seated on the test model and then the peak load forces were measured in Newtons using a digital force gauge (Dillon, GL, China) [Figure 3].

Statistical analysis
At each measurement point, a comparison of retentive values was made using one-way analysis of variance with retention (dependent variable) and simulated insertions (independent variable). The significance set at $P < 0.05$. Student’s $t$-test was used to compare between the groups. Wilcoxon signed-rank test was used to compare the percentage of retention loss between groups.

RESULTS

Table 2 and Figure 4 present the mean retentive values for different bar cross-sections at various intervals of manual insertion/separations. There were nonsignificant differences in mean retention value of RSG and OSG bar groups ($P = 0.13$ and $P = 0.06$, respectively) while there were highly significant differences of both HSG and HCG bar groups ($P = 0.001$).

When comparing the retentive value at different intervals of insertions/separations within each group, there was a statistically significant difference in retentive value between the baseline and the other insertions/separation intervals ($P \leq 0.05$) from 1000 insertions/separations up to 2740 insertions in both RSG and OSG bar groups. However, in HSG and HCG bar groups, there was a statistically significant difference ($P \leq 0.05$) in retentive value from the baseline up to 2740 insertions.

There was no statistically significant difference between 1500 insertions/separations and the remaining intervals of 2000, 2500, and 2740 for all groups. After 2740 insertions/separations, OSG showed the highest amount of retention force (21.2 N) than HCG, HSG, and RSG (12.5 N, 19.2 N, and 13.2 N, respectively).

![Figure 3: Retention measured with digital force gauge (original photograph)](image1)

![Figure 4: Mean retentive values (Newton) of bar cross-sections at baseline and after insertion/separation intervals](image2)

Table 2: Comparison of retentive values (Newton) between bar cross-sections at different intervals of manual insertions/separations

| Cross-section | Baseline | 500 | 1000 | 1500 | 2000 | 2500 | 2740 | $P$       |
|---------------|----------|-----|------|------|------|------|------|----------|
| Round         | 15.8±2.6*| 14.6±2.4| 13.7±2.3*| 13.5±2.2| 13.3±2.2| 13.2±2.2| 13.2±2.2| 0.13     |
| Oval          | 25.6±3.8*| 23.6±3.7| 22.1±3.4*| 21.7±3.4| 21.4±3.4| 21.2±3.4| 21.2±3.5| 0.06     |
| Hader         | 27.2±3.2*| 23.6±3.1*| 21.2±2.9*| 20.2±2.6| 19.8±2.7| 19.4±2.6| 19.2±2.5| 0.001    |
| Hader/clip    | 18.2±2.4*| 15.7±2.4*| 14.5±2.6*| 13.9±1.9| 13.1±2.4| 12.5±3.1| 12.5±2.8| 0.001    |

*Significant differences within groups using post hoc LSD. One-way ANOVA test. $P$ value significance <0.05. SD: Standard deviation, LSD: Least significant difference, ANOVA: Analysis of variance.
Regarding the percentage of loss in retention [Table 3], HCG lost 13.7% of the initial retention after 500 insertions/insertions while HSG, OSG, and RSG bars lost 13.2%, 7.8%, and 7.6% of the initial retention, respectively. After 2740 insertions, HCG lost 31.8% which is more than HSG, OSG, and RSG (29.5%, 17.8%, and 16.6%, respectively). The statistical analysis revealed a highly significant difference for all groups (P < 0.001).

**DISCUSSION**

Overdentures retained by a metal bar splinting two implants had demonstrated superior retentive capacities with favorable stability over stud systems.[4,5] However, it is well known that the loss of retentive force after some time is the most common mechanical problem presented by implant overdentures because of wear or plastic deformation of the keyway portion in response to the denture rotation around the anteriorly located bar.[8,17] Distortion of the retentive elements that could happen during dislodgement depends on the ability of keyway portion to disengage when excessive loads were readily applied. This mechanical safety mechanism reduces the need for adjustment after short service period.[18]

Molloplast-B is a high-temperature-vulcanizing silicone rubber that is widely used in clinical dental practice because of its higher hardness values, good elastic properties, and great stability over time.[28,34,35] Previous studies reported that when sufficient interarch space is available, 2–3 mm thick of resilient liners allow the denture to move toward the implant heads providing greater latitude of denture movement with a long period of clinical service.[12,26-28]

For standardization of the study, a single mandibular acrylic model was constructed with interchangeable bars of different cross-sections. Michelinakis et al[36] reported that interimplant distance played a significant role only in the retention forces produced by the bar/clip attachment. A 22 mm interimplant distance was reported in the literature for mature untreated Angle Class I dentition.[29] In this study, 2 mm thickness of Molloplast-B was considered to reduce the possibility of the presence of voids and internal imperfections in the thicker layer.[24,37]

### Table 3: Percentage loss of retention between bar cross-sections from baseline and intervals of manual insertions/ separations

| Cross-section       | Separations (mean±SD) | P     |
|---------------------|-----------------------|-------|
|                     | 500       | 1000  | 1500  | 2000  | 2500  | 2740  |       |
| Round (%)           | 7.6±2.1   | 13.3±2.2 | 14.6±2.1 | 15.6±2.1 | 16.5±1.8 | 16.6±1.5 | <0.001 |
| Oval (%)            | 7.8±1.2   | 13.6±2.2 | 15.3±2.6 | 16.4±2.2 | 17.5±2.4 | 17.8±2.4 | <0.001 |
| Hader (%)           | 13.2±2.1  | 21.9±2.4 | 25.9±1.9 | 27.4±2.1 | 28.8±2.1 | 29.5±2.1 | <0.001 |
| Hader/clip (%)      | 13.7±1.9  | 20.3±2.1 | 23.6±2.4 | 28.2±2.7 | 31.8±1.9 | 31.8±1.7 | <0.001 |

One-way ANOVA test. P value highly significant <0.001. SD: Standard deviation, ANOVA: Analysis of variance

The literature reveals controversy regarding the value of initial retentive forces required for mandibular implant overdentures. The current study revealed a mean retentive force approximating the recorded range of 14–35 N in previous studies using other bar systems with plastic clips.[17,39] In the present study, all bar cross-sections with resilient liner female housing (RSG, OSG, and HSG) or Hader bar with clip (HCG) presented retentive values along the study intervals that were above the clinically acceptable range. The initial mean of retentive force were 15.8 ± 2.6, 25.6 ± 3.8, and 27.2 ± 3.2 N for RSG, OSG, and HSG, respectively, compared to 18.2 ± 2.4 for HCG.

Setz et al.[40] estimated that 20 N retentive force is considered to be adequate for mandibular 2-IODs. The initial mean retentive values of HCG in this study is in agreement with the results of the Walton and Ruse[17] who found that Hader bars with two plastic clips provide retentive forces between 10 and 14 N. However, in the present study, only one clip was used.
The small retentive value of round bar may be attributed to the circular cross-section that could not allow sufficient undercut to be engaged by resilient liner, especially when the space under the bar was blocked out. The accuracy of the bar casting process would also affect adaptation of clip to the bar; hence, it may decrease the amount of recorded retention.\[32,33\]

The higher retentive value was recorded with HSG (27.2 N) at the baseline which approaches the normal value for Molloplast-B reported in the literature.\[27,28\] Kiat-Amnuy et al.\[29\] reported that Molloplast-B has initial retention of 22.4 N and then the amount of retention decreases gradually after simulating 1.5 years of clinical use.

In spite of using only two implants, the higher retentive value may result from the wider surface areas of keyhole cross-section that could provide frictional contact to the surrounding silicone female housing compared to other bar cross-sections.\[6,11,26\] The present results explain the findings of Esfahani et al.\[27\] who found a greater retention of Molloplast-B (23.3 N) over a cast Hader bar connecting four implants. Moreover, this explanation could be confirmed by the fact that the amount of retention with resilient denture liners is dependent on size of the patrix and amount of undercuts.\[30\]

Regarding the calculated number of the simulated insertions and removals, the retentive values were compared to the initial retention for each bar cross-section. The findings of this study showed that after 500 insertions, the reduction in the recorded values of HCG could indicate distortion of the plastic clip which may be responsible for the loss of retention. Furthermore, there was a significant decrease in retentive value of HSG after 500 insertions while other bar cross-sections showed a significant reduction after 1000 insertions. These findings may be explained as the frictional resistance provided by Hader bar with deeper undercuts engaged by the resilient liner results in permanent deformation of the material overtime.\[6,9,11,34\]

The study reported stabilized retentive values from 1000 to 2740 insertions/removals. These findings agree with findings of Pinto et al.\[34\] who reported that after 1500 cycles, there was no effect on the permanent deformation characteristics of silicone-based liners. Furthermore, the current results agree with findings of a randomized controlled trial that found the retention forces of plastic clips decreased during the first 3 months of function and stabilized afterward.\[13\]

The present results show a reduction in retentive values after 2740 insertions which simulating 18 months of simulated service corresponded to five daily removals for oral hygiene.\[32\] All bar cross-sections used in the study maintained the sufficient amount of overdenture retention as reported in the literature.\[17\] A statistically significant decrease in retention was identified between the baseline values and those recorded at the end of this study, which is in accordance with Walton and Russe\[37\] who reported 12% decrease in retention with the plastic clips between baseline and 5500 cycles.

OSG showed the highest amount of retentive force (21.2 N) at the end of the study in comparison with RSG and HSG (13.2 N and 19.2 N, respectively) while HSG recorded the minimal retention (12.5 ± 2.8 N). The reduction in retention from the initial values can be explained by the fact that both clip material and resilient liners undergo changes over time as a result of deformation and wear under tensile forces.\[9,13\]

The current study reported that HSG reported 13.2% retention loss after 500 insertions while OSG and RSG reported only 7.5% and 8.5% retention loss, respectively. These findings confirmed the fact that minimal plastic deformation of the silicone material results from its elasticity and the ability to return to original form under repeated tensile forces compared to clip material.

After 2700 insertions, the present study reported 29.5% loss for HSG. However, a previous study by Esfahani et al.\[27\] reported only a mean of 1% retention loss with Molloplast-B after 2740 insertions, despite the use of long Hader bar connecting four implants. In contrary, Kiat-Amnuy et al.\[28\] reported that Molloplast-B on Hader bar with cantilevers and connecting four implants loses 12.4% of its retention at the completion of 2740 cycles. The variation in retentive value between studies could result from the variation in the study design, sample size, or experimental conditions.

In the current study, only one type of silicone-based resilient lining material was used; thus, different results might be obtained with different resilient lining materials. Moreover, the effective bonding of silicone elastomers to the denture base is important for the longevity of resilient-lined dentures.\[32,33\] In addition, data generated in laboratory tests may be of limited clinical value because simulating the oral environment and biomechanical factors remains a challenge. In this study, the main dislodging forces could lead to rotational forces on the overdenture through leverage that may affect the clinical interpretation of the results. Consequently, further clinical studies should supplement laboratory investigations to improve
the longevity of the denture bases relined with these materials.\cite{20,24}

**CONCLUSIONS**

According to a particular clinical situation and within the parameters followed in this study, selection of heat-cured silicone soft liner, as an alternative approach to replace the conventional retentive plastic clips, is influenced by the different bar cross-sections. Therefore, it could be concluded that:

1. For a similar period of service, heat-cured silicone denture liner used as a female housing for Hader bar could maintain greater retention for 2-IODs than provided by conventional plastic clip.

2. Regardless, the bar cross-section, the retention values recorded in this study, can be recognized as being acceptable even after 2740 overdenture insertions. Consequently, the heat-cured silicone can be efficiently retaining implant overdenture for an interval of 1.5 years (five insertions/day).

3. Hader bar offered the higher initial retention values and had lost these values early and gradually. Therefore, it could be necessarily indicated for cases where higher initial retention is a must.

4. The oval bar recorded a reasonable initial retention values and maintained these values for 1.5-year interval. Therefore, it could be satisfactorily used in cases where periodic relining is not mandatory.

**Acknowledgment**

We would like to thank prof. Dr. Ali H. El Shoukouki for his writing assistance and general support.

**Financial support and sponsorship**

Nil.

**Conflicts of interest**

There are no conflicts of interest.

**REFERENCES**

1. Feine JS, Carlsson GE, Awad MA, Chehade A, Duncan WJ, Gizani S, et al. The McGill consensus statement on overdentures. Mandibular two-implant overdentures as first choice standard of care for edentulous patients. Montreal, Quebec, May 24–25, 2002. Int J Oral Maxillofac Implants 2002;17:601-2.

2. Williams BH, Ochiai KT, Hojo S, Nishimura R, Caputo AA. Retention of maxillary implant overdenture bars of different designs. J Prosthodont Dent 2001;86:603-7.

3. Burns DR, Unger JW, Elswick RK Jr., Beck DA. Prospective clinical evaluation of mandibular implant overdentures: Part I – Retention, stability, and tissue response. J Prosthodont Dent 1995;73:354-63.

4. Stoumbis G, Kohal RJ. To splint or not to splint oral implants in the implant-supported overdenture therapy? A systematic literature review. J Oral Rehabil 2011;38:857-69.

5. Shastryl T, Anupama NM, Shetty S, Nalimakshamma M. An in vitro comparative study to evaluate the retention of different attachment systems used in implant-retained overdentures. J Indian Prosthodont Soc 2016;16:159-66.

6. Botega DM, Mesquita MF, Henriques GE, Vaz LG. Retention force and fatigue strength of overdenture attachment systems. J Oral Rehabil 2004;31:884-9.

7. Fromentin O, Lassaunay C, Abi Nader S, Feine J, de Albuquerque Junior RF. Testing the retention of attachments for implant overdentures – Validation of an original force measurement system. J Oral Rehabil 2010;37:54-62.

8. Saito M, Kanazawa M, Takahashi H, Uo M, Minakuchi S. Trend of change in retentive force for bar attachments with different materials. J Prosthodont Dent 2014;112:1545-52.

9. Kim SM, Choi JW, Jeon YC, Jeong CM, Yun MJ, Lee SH, et al. Comparison of changes in retentive force of three stud attachments for implant overdentures. J Adv Prosthet Dent 2015;7:303-11.

10. dos Santos MB, Bacchi A, Correr-Sobrinho L, Consani RL. The influence of clip material and cross sections of the bar framework associated with vertical misfit on stress distribution in implant-retained overdentures. Int J Prosthodont 2014;27:26-32.

11. Alsabeetha NH, Payne AG, Swain MV. Attachment systems for mandibular two-implant overdentures: A review of in vitro investigations on retention and wear features. Int J Prosthodont 2009;22:429-40.

12. English GE. Bar patterns in implant prosthodontics. Implant Dent 1994;3:217-29.

13. Bayer S, Komor N, Kramer A, Albrecht D, Mericske-Stern R, Enkling N. Retention force of plastic clips on implant bars: A randomized controlled trial. Clin Oral Implants Res 2012;23:1377-84.

14. Spazzin AO, Costa AR, Correr AB, Consani RL, Correr-Sobrinho L, dos Santos MB. Effect of bar cross-section geometry on stress distribution in overdenture-retaining system simulating horizontal misfit and bone loss. J Biomech 2013;46:2039-44.

15. Preiskel HW. Overdentures Made Easy: A Guide to Implant and Root Supported Prostheses. London: Quintessence; 1996. p. 105-22.

16. Bidez MW, McLoughlin SW, Chen Y, English GE. Finite element analysis of two-abutment Hader bar designs. Implant Dent 1993;2:107-14.

17. Walton JN, Ruse ND. In vitro changes in clips and bars used to retain implant overdentures. J Prosthodont Dent 1995;74:482-6.

18. Gottfredsen K, Holm B. Implant-supported mandibular overdentures retained with ball or bar attachments: A randomized prospective 5-year study. Int J Prosthodont 2000;13:125-30.

19. Payne AG, Solomons YF. Mandibular implant-supported overdentures: A prospective evaluation of the burden of prosthodontic maintenance with 3 different attachment systems. Int J Prosthodont 2000;13:246-53.

20. Naert I, Alsadgi G, Quirynen M. Prosthetic aspects and patient satisfaction with two-implant-retained mandibular overdentures: A 10-year randomized clinical study. Int J Prosthodont 2004;17:401-10.

21. Adrian ED, Krantz WA, Ivanhoe JR. The use of processed silicone to retain the implant-supported tissue-borne overdenture. J Prosthodont Dent 1992;67:219-22.

22. Taguchi N, Murata H, Hamada T, Hong G. Effect of viscoelastic properties of resilient denture liners on pressures under dentures. J Oral Rehabil 2001;28:1003-8.

23. El.syad MA. Soft liner/clip attachment for Bar-Retained implant overdentures: A technical note. J Oral Implantol 2016;42:442-5.

24. Rodrigues S, Shenoy V, Shetty T. Resilient liners: A review. J Indian Prosthodont Soc 2013;13:155-64.

25. El.syad MA. Prosthetic aspects and patient satisfaction with resilient liner and clip attachments for bar- and implant-retained mandibular overdentures: A 3-year randomized clinical study. Int J Prosthodont 2012;25:148-56.

26. Shaygan F, Khan Z, Gentleman L. Retention and longevity of resilient denture liner in implant overdentures. J Dent Res 1993;72:272.

27. Esfahani AR, Haebeler CB, Gentleman L. Overdenture retention on...
an implant bar comparing resilient liners and Hader clips. J Dent Res 1997;76:179.

28. Kiat-Amnuay S, Khan Z, Gettleman L. Overdenture retention of four resilient liners over an implant bar. J Prosthet Dent 1999;81:568-73.

29. Sinclair PM, Little RM. Maturation of untreated normal occlusions. Am J Orthod 1983;83:114-23.

30. Teraoka F, Nakagawa M, Takahashi J. Adaptation of acrylic dentures reinforced with metal wire. J Oral Rehabil 2001;28:937-42.

31. El Samahi M. Retention in mandibular overdentures with attachments. Quintessence Int 1986;17:249-51.

32. Fu CC, Hsu YT. A comparison of retention characteristics in prefabricated and custom-cast dental attachments. J Prosthodont 2009;18:388-92.

33. Chung KH, Chung CY, Cagna DR, Cronin RJ Jr. Retention characteristics of attachment systems for implant overdentures. J Prosthodont 2004;13:221-6.

34. Pinto JR, Mesquita MF, Nóbilo MA, Henriques GE. Evaluation of varying amounts of thermal cycling on bond strength and permanent deformation of two resilient denture liners. J Prosthet Dent 2004;92:288-93.

35. Hermann C, Mesquita MF, Consani RL, Henriques GE. The effect of aging by thermal cycling and mechanical brushing on resilient denture liner hardness and roughness. J Prosthodont 2008;17:318-22.

36. Michelinasikis G, Barley CW, Smith PW. The influence of interimplant distance and attachment type on the retention characteristics of mandibular overdentures on 2 implants: Initial retention values. Int J Prosthodont 2006;19:507-12.

37. Naik AV, Jabade JL. Comparison of tensile bond strength of resilient soft liners to denture base resins. J Indian Prosthodont Soc 2005;5:86-8.

38. Petropoulos VC, Smith W, Kousvelari E. Comparison of retention and release periods for implant overdenture attachments. Int J Oral Maxillofac Implants 1997;12:176-85.

39. Naert I, Gizani S, Vuylsteke M, Van Steenberghe D. A 5-year prospective randomized clinical trial on the influence of splinted and unsplinted oral implants retaining a mandibular overdenture: Prosthetic aspects and patient satisfaction. J Oral Rehabil 1999;26:195-202.

40. Setz I, Lee SH, Engel E. Retention of prefabricated attachments for implant stabilized overdentures in the edentulous mandible: An in vitro study. J Prosthet Dent 1998;80:323-9.

Author Help: Online submission of the manuscripts

Articles can be submitted online from http://www.journalonweb.com. For online submission, the articles should be prepared in two files (first page file and article file). Images should be submitted separately.

1) First Page File:
Prepare the title page, covering letter, acknowledgement etc. using a word processor program. All information related to your identity should be included here. Use text/rtf/doc/pdf files. Do not zip the files.

2) Article File:
The main text of the article, beginning with the Abstract to References (including tables) should be in this file. Do not include any information (such as acknowledgement, your names in page headers etc.) in this file. Use text/rtf/doc/pdf files. Do not zip the files. Limit the file size to 1 MB. Do not incorporate images in the file. If file size is large, graphs can be submitted separately as images, without their being incorporated in the article file. This will reduce the size of the file.

3) Images:
Submit good quality color images. Each image should be less than 4096 kb (4 MB) in size. The size of the image can be reduced by decreasing the actual height and width of the images (keep up to about 6 images of the images (keep up to about 600 x 1200 pixels). JPEG is the most suitable file format. The image quality should be good enough to judge the scientific value of the image. For the purpose of printing, always retain a good quality, high resolution image. This high resolution image should be sent to the editorial office at the time of sending a revised article.

4) Legends:
Legends for the figures/images should be included at the end of the article file.